The ultra-photostable and electrically modulated Stimulated Emission in perylene-based dye doped liquid crystal

A. Adamow1, L. Sznitko1, E. Chrzumnicka2, J. Stachera2, A. Szukalski1, T. Martynski2 & J. Mysliwiec1

One of the most important drawbacks of organic dyes is their low photo-stability which reduces possibility of their commercial utilization. In this article we employ the strategy of dye re-crystallization from oversaturated matrix in order to enhance material's durability. One of the main advantages of perylene derivative is ability to form emissive \( j \)-aggregates, good miscibility and incorporation into liquid crystalline matrix. Investigation of perylene-based dye and LC matrix brought as the result very efficient light amplification modulation by applied external electric field. In our article we show that Stimulated Emission (STE) is possible to achieve from perylene-derivative based system, at typical fluence thresholds for laser dyes: 3.9 \( \text{mJ/cm}^2 \). Moreover, presented system proves ultra-high photostability, showing lack of STE reduction even after 12,000 excitation laser pulses. Furthermore, we proved the possibility of light emission intensity control using external electric field.

Organic dyes possess many interesting features that make them attractive for optical purposes. They show optically induced birefringence1, multiphoton phenomena2, they can be used as the laser dyes3 as well as nonlinear optical features activators for the inert matrices4. Desired optical features can be easily achieved using many well-known processing, combining the active matter associated with valuable features and - in general - inert/passive matrix. The most important drawback that limits their utilization in commercial applications, especially when exploited with intense laser light, is their low photo-stability5. Certain efforts have been undertaken in order to avoid or limit photo-degradation process by branching dyes into the polymeric structures. Among them was, e.g. limiting the dye diffusion from excited area6 by incorporating to organic matrix also inorganic materials like Polyhedral Oligomeric Silsesquioxane (POSS) derivatives. It can form cage structures which increase heat dissipation through the increased rigidity of matrix and also prevent dye from photo-oxidation processes by creating steric collapse7. Another way to improve dye photostability can be achieved by simple encapsulation to reduce molecular oxygen appearance into the material8. Nevertheless, another approaches and trials to achieve organic materials based systems with better/higher photostability are demanded, because currently known and commercially available solutions could be still more efficient.

Another interesting issue regarding the control of optical properties of photonic materials, i.e. by external electric field, is the utilization of liquid crystals (LCs) as matrices for organic dyes. The latter ones functionalize whole system in order to achieve desired features. On the other hand, the long range order of LC molecules, as well as their high optical anisotropy, combined with their unusual fluid-like behavior, give the possibility to control the optical properties of such form of matrix. These include: matrix birefringence, ordering the dye transition dipole moments with respect to external excitation polarization or light-matter interaction leading to the nonlinear optical effects10. In the last years, researchers have provided strong support for the assertion that LCs have very unique optical and electro-optical properties11. It is worth to highlight features like: easily controlled birefringence, anisotropy, good/high photo-stability, and easy tuning of emitted light, especially by electrical field12–14. Due to abovementioned fluid-like behavior of LCs, there is a possibility to change their molecular arrangement

1The Advanced Materials Engineering and Modelling Group, Wroclaw University of Science and Technology, Wybrzeze Stanisława Wyspiańskiego 27, 50-370, Wroclaw, Poland. 2Institute for Materials Research and Quantum Engineering, Faculty of Technical Physic, Poznan University of Technology, Piotrowo 3, 60-965, Poznan, Poland. Correspondence and requests for materials should be addressed to J.M. (email: jaroslaw.mysliwiec@pwr.edu.pl)
in a very simple way. For example, by utilization of external electric or magnetic fields as well as stress or interact with spatially functionalized interfaces. Birefringence can provide the significant changes of the optical properties for the thin volumes of liquid crystalline matter. One example of LCs utilization is the tunable dye lasers construction. According to the literature, LCs can serve as a matrix for many host-guest systems. Therefore, efficient stimulated emission phenomenon can be observed. This effect can be obtained among others, e.g. as a band-edge lasing in chiral LCs, or defect-mode lasers, depending of the type of chosen liquid crystal dye. Dye doped LC systems in comparison with commonly used polymer matrices characterize similar or even lower pumping energy thresholds. Moreover, some examples of the obtained stimulated emission phenomena with low energy threshold observed for LC and polymer combined matrices, were reported in the literature before. In the case of polymer-liquid crystal blend it was possible to obtain lower energy threshold in comparison with homogenous matrix. Moreover, it was proven in literature that by playing with external factors, like magnetic or electric field, induced laser line wavelength in LC-based systems, can be tuned effectively. Therefore, fluorescence and STE linewidth with its threshold value as well as emission tunability controlled by external DC electric field in the investigated liquid crystalline system were investigated.

Several examples of laser devices utilizing LCs were shown in the literature, especially in the context of electrically controlled laser emission. LC lasers can have great potential in display technologies, however, the number of organic dyes that can be successfully incorporated into liquid crystalline matrix, is limited. Therefore, there is a necessity to design and synthesize new dyes, which can be suitable for LCs matrices. Perylene derivatives dyes meet this condition. They have been widely reported in literature and became very important because of their excellent luminescent properties, possible application in photovoltaics and other organic semiconducting devices. It is thank to their high electron affinity and mobility. Furthermore, perylene-based compounds are commonly used as the pigments, and form a monomolecular layer at the air/water interface using Langmuir-Blodgett technique. In such a way it is possible to control the dye orientation and molecular organization. Depending on the dye molecular structure J-, I- and H-aggregates can be formed in Langmuir and Langmuir-Blodgett films. Especially J-aggregates are very attractive due to high fluorescence quantum yield and spectral range. It is worth to mention that aggregates formation for typical laser dyes, mostly leads to concentration quenching effect. Such aggregation is observed in LC matrices usually due to the low miscibility of many dyes in this kind of matrix. Therefore, only small number of laser dyes were successfully utilized for LC doping, i.e. coumarins, pyromethenes or DCM dye. Moreover, formation of different types of aggregates or small crystals might be beneficial if consider photo-stability improvement. We can expect that increased rigidity can enhance the heat dissipation within the dye crystals, decreasing the impact of dye thermal decomposition on photo-degradation processes. The miscibility of molecular oxygen inside crystals is further less than in LCs, therefore it could be expected that quenching effect related to photo-oxidation phenomena also should be limited. It is worth to mention that system prevention from molecular oxygen also might be realized at the stage of LC cell preparation. In that way, the encapsulation strategy also might be applied. Moreover, the improvement of photo-stability can be achieved by the aid of multiple scattering effect, generated by dye crystals and LC inhomogeneities, leading to photon transport realizing many different trajectories that do not exploit material in such a way that for ballistic transport, when photons are propagating along particular, defined paths.

In this work we focused our attention on the optical properties of perylene derivative, namely the 3,4,9,10-tetra-(7-alkoxy-carbonyl) perylene (TACP). In our studies TACP compound plays a role of the active guest (nematic liquid crystalline matrix) characterizing negative electrical anisotropy. Macroscopically oriented liquid crystalline domains cause particular orientation of the small-guest molecules. In our study we investigated another approach - doping the LC matrix with novel dye, characterized by high photo-stability improvement. We can expect that increased rigidity can enhance the heat dissipation within the dye crystals, decreasing the impact of dye thermal decomposition on photo-degradation processes. The miscibility of molecular oxygen inside crystals is further less than in LCs, therefore it could be expected that quenching effect related to photo-oxidation phenomena also should be limited. It is worth to mention that system prevention from molecular oxygen also might be realized at the stage of LC cell preparation. In that way, the encapsulation strategy also might be applied. Moreover, the improvement of photo-stability can be achieved by the aid of multiple scattering effect, generated by dye crystals and LC inhomogeneities, leading to photon transport realizing many different trajectories that do not exploit material in such a way that for ballistic transport, when photons are propagating along particular, defined paths.

**Materials and sample preparation.** The studied luminescent dye (3,4,9,10-tetra-(7-alkoxy-carbonyl)-perylene - (TACP)) structure presented in Fig. 1a is based on the perylene ring (characterized by naphthalene units) with attached four alkyl chains consist with seven carbon atoms. In normal conditions, after synthesis it occurs as the yellow solid state powder. The compound shows high fluorescence quantum yield. It is worth to mention that aggregates formation for typical laser dyes, mostly leads to concentration quenching effect. Such aggregation is observed in LC matrices usually due to the low miscibility of many dyes in this kind of matrix. Therefore, only small number of laser dyes were successfully utilized for LC doping, i.e. coumarins, pyromethenes or DCM dye. Moreover, formation of different types of aggregates or small crystals might be beneficial if consider photo-stability improvement. We can expect that increased rigidity can enhance the heat dissipation within the dye crystals, decreasing the impact of dye thermal decomposition on photo-degradation processes. The miscibility of molecular oxygen inside crystals is further less than in LCs, therefore it could be expected that quenching effect related to photo-oxidation phenomena also should be limited. It is worth to mention that system prevention from molecular oxygen also might be realized at the stage of LC cell preparation. In that way, the encapsulation strategy also might be applied. Moreover, the improvement of photo-stability can be achieved by the aid of multiple scattering effect, generated by dye crystals and LC inhomogeneities, leading to photon transport realizing many different trajectories that do not exploit material in such a way that for ballistic transport, when photons are propagating along particular, defined paths.

In this work we focused our attention on the optical properties of perylene derivative, namely the 3,4,9,10-tetra-(7-alkoxy-carbonyl) perylene (TACP). In our studies TACP compound plays a role of the active guest (nematic liquid crystalline matrix) characterizing negative electrical anisotropy. Macroscopically oriented liquid crystalline domains cause particular orientation of the small-guest molecules. In our study we investigated another approach - doping the LC matrix with novel dye, characterized by high emission quantum yield in aggregated form which does not require high miscibility of the used dye and might be beneficial for construction of LC based laser devices. The light amplification investigation has been conducted and following parameters were examined, i.e. influence of the applied electrical field or different excitation energy density at the spectral properties, especially for the dye photo-degradation process.
mono-domain liquid crystalline sample with homeotropic orientation of LC was created. The molar concentration of TACP in the 1742 LC matrix ($1.5 \times 10^{-2}$ mol/dm$^3$) was high enough to cause the dye re-crystallization process.

**Experiment.** For measurements of Stimulated Emission (STE) we have assembled the following experimental set-up which is schematically shown in Fig. 2. The vertical linearly polarized light of the wavelength $\lambda = 480$ nm coming from optical parametric oscillator (Horizon, high efficiency mid-band OPO by Continuum) pumped by the tripled in frequency Nd:YAG laser fundamental line (Surelite II, pulse duration 6 ns, 10 Hz repetition rate) was incident normally at the sample. Light beam passed through the polarizer, diaphragm, half-wave plate and system of lenses, adjustable slit with the converging cylindrical lens, forming an extended stripe of the light with adjustable length. The dimension of the stripe was chosen to $4$ mm $\times$ $0.5$ mm (length $\times$ height). Pump light energy was measured with a calibrated laser energy meter (Coherent Field Max II coupled with J-10MB-HE sensor). STE emerging from the edge of the sample was collected by an optical fiber and analyzed with high resolution (0.1 nm) spectrometer (Shamrock 163) coupled with a computer. Additionally, the DC power supply (NDN DF1750SL3A) connected to the ITO electrodes on the glass plates of the LC cell was used in order to generate an electric field across the sample.

Prior to the stimulated emission measurements, the emissive and absorptive properties of TACP dye in LC matrix were studied. The photoluminescence measurements were carried out using the Hitachi F-4500 fluorescence spectrophotometer within the range of 350–650 nm at room temperature. The spectral resolution was set to 1 nm for both excitation and emission spectra. For the UV-VIS spectroscopic measurements we have used LC cells without applied voltage to the sample (homeotropic alignment).

**Results and Discussion**

The normalized excitation and fluorescence spectra of 1742 mixture with TACP dye in LC cell is shown in Fig. 3. The full width at half maximum (FWHM) of fluorescence emission (green line) is about 69 nm and the maximum is centered at around 528 nm. The emission is showing multi-band structure with local maximum at around 500 nm (blue shifted with respect to global maximum) and a small hump at red-shifted shoulder at around 565 nm. Similarly, the excitation spectrum (red line) is also showing multiband shape with maxima located at 420, 448 and 477 nm, for which the last one is also the most intense one. Such wide excitation range gives the possibility to excite sample with light from blue and blue-green region of visible light. In Fig. 3 the excitation line from OPO was also shown as blue line.

The results of stimulated emission measurements in function of excitation energy density and without applied voltage to the sample, are presented in Fig. 4a. One can clearly see a characteristic narrowing of the fluorescence line width above the STE threshold. For the reported LC-perylene system we observe decrease of the
luminescence bandwidth from $\Delta \lambda_{\text{FWHM}} \approx 69$ nm for the lowest chosen excitation energy density (below gain threshold) to $\Delta \lambda_{\text{FWHM}} \approx 7$ nm for STE light emitted from the sample and collected by the fiber spectrometer, what is shown in Fig. 4b. The estimated excitation intensity threshold of STE is about 3.9 mJ/cm$^2$. What is very interesting, while intensity of emission increases, the maximum of the emission band is blue-shifted. Such phenomenon might be explained in the terms of solid state structures formation and excitonic nature of emission. While excitons diffusion depends on material parameters and is invariant on excitation intensity, excitons cannot dissipate as much energy when pumped with high intensity light as for low pumping rates, because the population inversion state is being established much faster, what results in faster recombination and blue shift of emission. Indeed, the TACP dye crystals appears in the sample as the long and thin needles, what was evidenced by optical

Figure 2. Experimental set-up for STE measurements. The emitted light is collected by optical fiber from the edge of the sample excited by stripe-shape laser beam. (b) The scheme representing transition of the liquid crystal molecules alignment and light propagation direction induced by applied external electric field.

Figure 3. Absorption (red line), fluorescence (green line) and Stimulated Emission (black line) spectra measured for TACP/1742 mixture in LC Cell. Additionally, incident laser line (blue color) is showing excitation line $\lambda_{\text{ex}} = 480$ nm, the intensity of pumping beam is equal to $I_{\text{pump}} = 9.7$ mJ/cm$^2$. 
microscopy investigation. The micrograph showing TACP crystals is presented in Fig. 4c. The other explanation of blue-shift might be linked to increasing photo-bleaching effect caused by higher pumping intensity, which in turns decrease the reabsorption of emitted light.

Influence of DC electric field applied to the sample on light enhancement is presented in Fig. 5a. The measurements were conducted in the range of 0–20 DC voltage and for the pumping fluence above the STE threshold, set to 14.7 mJ/cm². We can observe the electric field dependence resulting in significant increase of light emission above the Freedericksz threshold (about 2V). For the value of 6 volts we have obtained six times higher light emission than for the conditions without applied voltage. For the higher voltage values the emission intensity decreases. Such behavior is strictly related to the LC mixture properties. The LC mixture is composed of nematic components characterized in general by the negative dielectric anisotropy ($\Delta \varepsilon = -3.250$). The molecules of the nematic LC phase with negative dielectric anisotropy (measured at low frequencies) characterize the dipole moments oriented perpendicular to their long axis. According to this fact, molecules above the Freedericksz threshold tend to align their long molecular axes perpendicularly to the direction of electric field applied to the sample. Parallel-like position of dipole moment for the range of 6–8 volts and polarization state of laser light used for the sample excitation, give the optimum conditions for light propagation and dye excitation, observed as the enhancement of STE intensity, what was schematically shown in Fig. 2b. When the voltage is further increased, the strong turbid movements of the LC molecules are induced by the ionic current flow leading to the dynamic light scattering (DLS) effect. Such electro-hydrodynamic instability disturbs effective light wave-guiding process, what is observed as the light intensity decrease collected from the sample edge. The DLS phenomenon was evidenced by polarized optical microscopic measurements. The exemplary images showing LC texture change upon DLS process, obtained by cross-polarizer microscope, are shown in Fig. 5c. This process becomes significantly visible after reaching 7V of the applied voltage, what is in accordance to the previous STE intensity investigations.

The comparison of chosen emission spectra obtained in the process of light amplification, with and without applied external electric field to the sample are presented in Fig. 5b. For the presented examples of spectra, when no voltage is applied, the intensity of emission rises nearly fivefold when pumping fluence becomes changed from 14.7 mJ/cm² up to 36.9 mJ/cm². Similar increase of STE intensity for pumping beam fluence, kept at the level of 14.7 mJ/cm², can be achieved by applying the voltage of 6 volts to the sample. However, in such a case slight red-shift of emission spectra can be observed. Increased STE intensity with applied voltage may be also beneficial from the photo-stability point of view. The emission signal can be kept at the same level of intensity even if pumping fluence is decreased by 2.5 times. In such conditions the material is likely to be less exploited than in case of higher excitation intensities. Moreover, it is worth to notice that such control of emission intensity might be realized by applying relatively low voltages – just in the range of 4 to 8V.

Additional, the advantage coming from utilization of emissive crystals together with LC mixture is the high photo-stability of resulting material. We manage to conduct two experiments regarding to investigate the material’s photo-stability. At first, we set the energy density of exciting light at the level of 5.9 mJ/cm² (slightly above the STE threshold) and repetition frequency equal to 10 Hz. After 12 000 laser pulses we have not observed any STE signal decrease, what evidenced high temporal stability of obtained material. Secondly, we changed the illumination place on the sample and we irradiate it with much higher energy density, at this time equal to 26.3 mJ/cm².
The STE intensity has decreased by half after 50,000 laser pulses. The results of temporal stability measurements are shown in Fig. 6a,b for both excitation energy densities, respectively.

What is interesting, in the second case it can be clearly seen that surprisingly at the beginning the intensity of STE is rising, reaching its maximal value after around 8000 laser pulses, which is almost twice higher than its initial value. Such behavior may be explained, for example, in the terms of the liquid crystalline fluid-like behavior. In case of the high intensities of pumping light generated by nanosecond pulse laser, the horizontally oriented electric field can interact with TACP transition dipole moments and thus causes molecular orientation along the electric field vector of incoming light. Consequently, after each laser pulse, pumping light becomes absorbed by an increasing number of dye molecules resulting in more efficient pumping. This process is opposite to the expected typical photo-degradation trend, therefore in Fig. 6b it can be observed the sharp peak of intensity owing to the occurrence of two separated exponential processes, leading to increase and decrease of light intensity, respectively. Therefore, the boost of light intensity as a result of increasing transparency generated by dye photo-degradation.

![Figure 5](image1.png)

**Figure 5.** (a) The dependence of the STE peak intensity and applied to the cell DC voltage. The pumping fluence was set at 14.7 mJ/cm². (b) STE bands upon the same (colorful lines) and much higher (black color) excitation intensity with visible blue- and red-shifted positions. (c) A set of microscopic images acquired in the crossed polarizer mode (optical microscope) showing the changes of liquid crystal texture when the DC voltage is applied. In the presented photos, edge of sample is visible as a dark field. The scale bar is: 100 μm.

![Figure 6](image2.png)

**Figure 6.** Photostability investigation obtained for the pump fluence (a) $I_{\text{ex}} = 5.9$ mJ/cm² and (b) 26.3 mJ/cm².
process (dye diffusion, oxidation, thermal decomposition etc.) can be ruled out since the emission intensity vs. initial laser pulse number dependency should have smooth plateau before reduction of intensity value, opposite to the sharp peak visible in Fig. 6b. The second explanation might be based on the changes of scattering conditions generated by intense laser light. In case of scattering feedback whatever changes of scattering conditions can strongly affects lasing performance. Such changes may occur as a result of local heating disturbing the order parameter of liquid crystal and/or as the result of heat driven mass transport. Additionally, TACP crystals also provide light scattering and any optical damage, changing their size and structure, must lead to the changes of scattering conditions. According to this mechanism the increase of light intensity might be seen as a consequence of establishing more favorable light scattering conditions, supporting random feedback, while decrease of signals is strictly linked to the photo-degradation processes. Both scenarios are ourspeculations and requires further, more sophisticated and strictly oriented towards those phenomena studies, which are out of scope of the present article.

Conclusions
We have shown that introduced in this manuscript strategy of incorporating dyes like TACP, exhibiting the strong emission in aggregated form, into LC matrices might be beneficial for the emissive LC materials. In general we can conclude that dyes which are not strongly affected by concentration related quenching (i), showingaggregated induced emission (ii) or aggregation induced enhanced emission (iii), might be superior among the other dyes according to obtainment of photo-stable luminescent organic materials. We have shown that in our particular case the re-crystallization process in small scale does not affect the liquid crystal phase, therefore all benefits coming from utilization of LC are sustained. It means that such parameters like emission intensity as well as ST energy thresholds might be controlled by external electric field. Such feature is desired for construction of opto-electronic devices. Moreover, according to previous conclusion, the appearance of highly emissive crystals in LC phase increases the photo-stability of laser system leading to the even almost lack of photo-degradation processes, when the system is operating around the threshold level. What is most advantageous, the re-crystallization strategy is still capable to be used together with other methods of photo-stability improvement like, i.e. encapsulation, or cell preparation in oxygen free atmosphere. Merging all of the mentioned approaches the resulting laser device can exhibit sufficient photo-stability for commercial requirements.

References
1. Durbin, S. D., Arakelian, S. M. & Shen, Y. H. Optical-field-induced birefringence and Fredericksz transition in a nematic Liquid Crystal. Phys. Rev. Lett. 47, 1411–1414 (1981).
2. Hsiao, Y. C. H. Liquid crystal-based tunable photonic crystals for pulse compression and signal enhancement in multiphoton fluorescence. Opt. Express 6, 1929–934 (2016).
3. Bnouf, K. H., Elsoury, A. O., Alsulbi, M. S. & Alanser, A. S. Influence of functional groups on the photophysical properties of dimethylamino chalcones as laser dyes, Opt. Mat. 76, 216–221 (2018).
4. Sujith, A., Shebi, A., Sudheesh, P., Kumar, M. S. & Chandrasekharan, K. Natural dye-doped poly(methyl methacrylate) microparticles for nonlinear optics. Micro Nano Lett. 9, 566–568 (2014).
5. Costela, A., Garcia-Moreno, I., Figuera, M., Armat-Guerr, F. & Sastre, R. Polymeric matrices for lasing dyes: recent developments. Laser Chem. 18, 63–84 (1997).
6. Kaminow, I. P., Stulz, L. W., Chandross, E. A. & Pryde, C. A. Photobleaching of organic laser dyes in solid matrices. Appl. Opt. 11, 1563–1567 (1972).
7. Bai, H., Zheng, Y. & Yang, R. Recyclable liquid-like POSS derivatives with designed structures and their potential for CO2 capture. Mater. Design 99, 145–154 (2016).
8. Song, H., Tang, W., Zhao, S., Liu, Q. & Xie, Y. Porphyrin sensitizers containing an auxiliary benzotriazole acceptor for dye-sensitized solar cells: Effects of steric hindrance and cosensitization. Dyes Pigments 155, 323–331 (2018).
9. Ahmad, A., Zakaria, N. D. & Razak, A. Photostability effect of silica nanoparticles encapsulated fluorescent dye, AIP Conf. Proc., 1901, 020010 (2017).
10. Choon-Khoo, I. et al. Optical and nonlinear optics of liquid crystals, World Scientific Publishing (1993).
11. Poursamad, J. B. & Hallaji, T. Fredericksz transition in smectic A liquid crystals doped by ferroelectric nanoparticles. Physica B 504, 112–115 (2017).
12. Soin, J. I. et al. Emerging Applications of liquid crystals based on nanotechnology. Physica B 504, 112–115 (2017).
13. Prakash, J., Chandran, A. & Biradar, A. M. Scientific developments of liquid-crystal-based optical memory: a review. Rep. Prog. Phys. 80, 016601 (2016).
14. Wang, X. Q. et al. Electrically/optically tunable photo-aligned hybrid nematic liquid crystal Dammann grating. Opt. Lett. 41, 5668–5671 (2016).
15. Lee, S. H., Lee, L. & Kim, H. Y. Electro-optic characteristics and switching principle of a nematic liquid crystal cell controlled by fringe-field switching. Appl. Phys. Lett. 73, 2881 (1998).
16. Coles, H. & Morris, S. Liquid-crystal lasers; Nat. Photon. 4 (2010).
17. Cao, W., Palfiy-Mahiray, P., Taheri, B., Marino, A. & Ab, G. Lasing thresholds of cholesteric liquid crystals lasers. Mol. Cryst. Liq. Cryst. 429, 101–110 (2005).
18. Morris, S. M. et al. The emission characteristics of liquid-crystal lasers. Journ. of the SID 14, 6 (2006).
19. Lu, W., Zhong, B. & Ma, D. Amplified spontaneous emission and gain from optically pumped films of dye-doped polymers. Appl. Opt. 43(26), 5074–5078 (2004).
20. Wang, Y. et al. Dependence of lasing threshold power on excitation wavelength in dye-doped cholesteric liquid crystals. Opt. Comm. 280, 408–411 (2007).
21. Kim, Y. C., Lee, T. W., Park, O. O., Kim, C. Y. & Nam, H. Low-Threshold Amplified Spontaneous Emission in a Fluorene-Based Liquid Crystalline Polymer Blend. Adv. Mater. 13, 9 (2001).
22. Coles, H. & Morris, S. Liquid crystalline lasers. Nat. Phot. 4, 676–685 (2010).
23. Furumi, S., Yokoyama, S., Otomo, A. & Mashiko, S. Electrical control of the structure and lasing in chiral photonic band-gap liquid crystals. Appl. Phys. Lett. 82, 16 (2003).
24. Sheraw, C. D., Zhou, L., Huang, J. R., Gundlach, D. J. & Jackson, T. N. Organic thin-film transistor-driven polymer-dispersed liquid crystal displays on flexible polymeric substrates. Appl. Phys. Lett. 80, 1088 (2002).
25. Donaldson, D. M., Robertson, J. M., White, F. R. S. & White, J. G. The crystal and molecule structure of perylene. Proc. of Royal Soc. A 220, 1142 (1953).
26. Liu, S. G., Sui, G., Cormier, R. A., Leblanc, R. M. & Gregg, B. A. Self-Organizing Liquid Crystal Perylene Diimide Thin Films: Spectroscopy, Crystalinity, and Molecular Orientation. J. Phys. Chem. B 106, 1307–1315 (2002).
27. Würthner, F. et al. Perylene Bismide Dye Assemblies as Archetype Functional Supramolecular Materials. Chem. Rev. 116, 962–1052 (2015).
28. Song, K. C. et al. Propeller-shaped small molecule acceptors containing a 9,9′-spirobifluorene core with imide-linked perylene diimides for non-fullerene organic solar cells. J. Mater. Chem. C 4, 10610–10615 (2016).
29. Toffanin, S. et al. N-type perylene-based organic semiconductors for functional neural interfacing. J. Mater. Chem. B 1, 3850–3859 (2013).
30. Kozma, E. et al. Synthesis and characterization of perylene-based donor–acceptor copolymers containing triple bonds. Synth. Met. 160, 996–1001 (2010).
31. Osinger, M., Blas, M., Huang, L., Stolte, M. & Würthner, F. Organic Semiconductors based on Dyes and Color Pigments. Adv. Mater. 28, 3615–45 (2016).
32. Martyński, T., Hertmanowski, R., Stolarski, R. & Bauman, D. Aggregates formation by perylene-like dyes in Langmuir–Blodgett films. Thin Solid Films 516, 8834–8838 (2008).
33. Karolín, J., Johansson, L. B. A., Ring, U. & Langhals, H. Aggregation of perylene dyes in lipid vesicles: the effect of optically active substituents. Spectrochim. Acta A 52, 747–753 (1996).
34. Plotz, P. A. et al. Biphasic aggregation of a perylene bismide dye identified by excitation-vibrational spectra. Phys. Chem. Chem. Phys. 18, 25110–25119 (2016).
35. Choi, J. et al. The influence of aggregation behavior of novel quinophthalone dyes on optical and thermal properties of LCD color filters. Dyes Pigments 101, 186–195 (2014).
36. Li, X. Q., Zhang, X., Ghosh, S. & Würthner, F. Highly fluorescent lyotropic mesophases and organogels based on J-Aggregates of core-twisted Perylene Bismide dyes. Chem. Eur. J. 14, 8074–8078 (2008).
37. Kaiser, T. E., Wang, H., Stepanenko, V. & Würthner, F. Supramolecular construction of fluorescent J-Aggregates based on hydrogen-bonded Perylene Dyes. Angew. Chem. Int. Ed 46, 5541–5544 (2007).
38. Jakubiaik, R., Collison, C. J., Wan, W. C. & Rothberg, L. J. Aggregation quenching of luminescence in electroluminescent conjugated polymers. J. Phys. Chem. A 103, 2394–2398 (1999).
39. Merlo, A. A., Tavares, A., Khan, S., Leite Santos, M. J. & Ribeiro Teixeira, S. Liquid–crystalline coumarin derivatives: contribution to the tailoring of metal-free sensitizers for solar cells. Liq. Cryst. 45, 310–322 (2017).
40. Mowatt, C., Morris, S. M., Song, M. H., Richard Friend, H. & Coles, H. J. Comparison of the performance of photonic band-edge liquid crystal lasers using different dyes as the gain medium. J Appl Phys. 107, 043101 (2010).
41. Cao, W., Muñoz, A., Palfiy-Muhoray, P. & Taheri, B. Lasing in a three-dimensional photonic crystal of the liquid crystal blue phase II. Nat. Mat. 1, 111–113 (2002).
42. Stolarski, R. & Fiksinski, K. J. Fluorescent perylene dyes for liquid crystal displays. Dyes Pigments 24, 295–303 (1994).
43. Makowiec, J. Doctoral thesis, FTP, PUT, Poznan, Poland 2014.
44. Jankowski, Z., Fiksinski, K. & Stolarski, R. Sposób wytwarzania nowych barwników fluoryzujących, pochodnych kwasu perylenoczterokarboksylowego-3,4,9,10. Polish Pat. PL152777 (1991).
45. Piosik, E., Synak, A. & Martyński, T. Influence of chlorine atoms in bay positions of perylene-tetracarboxylic acids on their spectral properties in Langmuir–Blodgett films. Spectrochim. Acta A 189, 374–380 (2018).
46. Mościcki, A., Makowiecka, J., Bauman, D. & Martyński, T. Langmuir–Blodgett films as aligning layers for homeotropic alignment of liquid crystal molecules. Mol. Cryst. Liq. Cryst. 275 (1996).
47. Kula, P. et al. Mesomorphic dielectric, and optical properties of fluorosubstituted biphenyls, terphenyls, and quaterphenyls. Opto-Electron. Rev. 16, 379–385 (2008).

Acknowledgements
This work was financially supported by the National Science Centre, Poland (2016/21/B/ST8/00468) and statutory founds of Faculty of Chemistry, Wrocław University of Science and Technology. AS: Supported by the Foundation for Polish Science (FNP). The authors would like to thank dr. J. Paluszkiwicz and dr. R. Stolarski for the dye synthesis.

Author Contributions
Alina Adamow carried out the main experimental work, Lech Szmitko provided intellectual input in experimental and interpretation of results and edited the manuscript, Ewa Czarzynicka was involved in study concept and design, and critical revision for important intellectual content of the manuscript, Justyna Stachera was involved in study design and sample preparation, Adam Szukszalski assisted in experimental work, analyzed data and drafted the manuscript, Tomasz Martyński and Jarosław Myśliwiec provided supervision and intellectual input in experimental and interpretation of results. All authors were involved in the critical revision of the manuscript and approved the final manuscript.

Additional Information
Competing Interests: The authors declare no competing interests.

Publisher's note: Springer Nature remains neutral with regard to jurisdictional claims in published maps and institutional affiliations.

Open Access This article is licensed under a Creative Commons Attribution 4.0 International License, which permits use, sharing, adaptation, distribution and reproduction in any medium or format, as long as you give appropriate credit to the original author(s) and the source, provide a link to the Creative Commons license, and indicate if changes were made. The images or other third party material in this article are included in the article’s Creative Commons license, unless indicated otherwise in a credit line to the material. If material is not included in the article’s Creative Commons license and your intended use is not permitted by statutory regulation or exceeds the permitted use, you will need to obtain permission directly from the copyright holder. To view a copy of this license, visit http://creativecommons.org/licenses/by/4.0/.

© The Author(s) 2019